Microbial production and characterization of poly-3-hydroxybutyrate by *Neptunomonas antarctica*

Xiao-Jie Liu, Jie Zhang, Peng-Hui Hong and Zheng-Jun Li

Beijing Key Laboratory of Bioprocess, College of Life Science and Technology, Beijing University of Chemical Technology, Beijing, China

* These authors contributed equally to this work.

**ABSTRACT**

Considering the industrial interest of biodegradable polymer poly-3-hydroxybutyrate (PHB), the marine bacteria *Neptunomonas antarctica* was studied for its ability to accumulate PHB. The extracted polymer was confirmed to be PHB by nuclear magnetic resonance analysis. In shake flask cultures using natural seawater as medium components, PHB was produced up to 2.12 g/L with a yield of 0.18 g PHB/g fructose. In the presence of artificial seawater, the PHB titer and yield reached 2.13 g/L and 0.13 g PHB/g fructose, respectively. The accumulated polymer gradually decreased when fructose was exhausted, indicating that intracellular PHB was degraded by *N. antarctica*. The weight-average and number-average molecular weights of PHB produced within natural seawater were $2.4 \times 10^5$ g/mol and $1.7 \times 10^5$ g/mol, respectively. Our results highlight the potential of *N. antarctica* for PHB production with seawater as a nutrient source.

**Subjects** Biotechnology, Microbiology

**Keywords** Halophilic, *Neptunomonas antarctica*, Poly-3-hydroxybutyrate, Seawater, Marine bacteria

**INTRODUCTION**

Poly-3-hydroxybutyrate (PHB) is a microbially produced biodegradable polymer and regarded as an alternative to conventional petrochemical plastics (*Chen, 2009*). The species of *Bacillus*, *Alcaligenes* and *Pseudomonas* are most common natural PHB producers, and the intracellular polymer was reported to be accumulated up to 90 wt% of cell dry weight under nutrients limited conditions (*Prabisha et al., 2015*). The application of eco-friendly PHB as commodity plastics could alleviate the waste disposal problems and carbon dioxide emissions. Nevertheless, the present price of PHB is not feasible to replace traditional petro-based plastics, and the high production cost imposes great restrictions on the commercialization of PHB material (*RamKumar Pandian et al., 2010*).

The inexpensive substrates such as crude glycerol and agricultural wastes have been explored for PHB production to reduce the feedstock cost (*Wei et al., 2015*). On the other hand, the open unsterile and continuous fermentation process was also developed to lower PHB production cost, which employed halophiles as producers given that high salts concentration prevents the growth of nonhalophilic microorganisms (*Fu et al.,...*)

How to cite this article Liu et al. (2016), Microbial production and characterization of poly-3-hydroxybutyrate by *Neptunomonas antarctica*. PeerJ 4:e2291; DOI 10.7717/peerj.2291
Previous studies showed that *Halomonas boliviensis* and *Halomonas* TD01 were two promising moderate halophilic hosts for efficient PHB production. In fed-batch cultivation process, PHB could accumulate up to 80 wt% of cell dry weight, and cell dry weight reach 44 g/L and 80 g/L, respectively (Quillaguaman et al., 2008; Quillaguaman et al., 2010; Tan et al., 2011).

The marine environments provide an exciting resource for the discovery of new classes of PHB producers. Most marine bacteria are halophilic microorganisms and require NaCl for their growth. Several strains of *Vibrio* spp. isolated from marine environments were studied for their potential of PHB production, and the highest polymer titer was 4.2 g/L, which was achieved in a batch cultivation using 3 l bioreactor. However, there are very few reports on marine PHB producers other than *Vibrio* spp (Arun et al., 2009; Chien et al., 2007; Sun et al., 1994; Weiner, 1997). Therefore, we decided to attempt to identify new PHB-producing marine bacteria. In this study, we described a novel cryophilic and halophilic PHB producing strain, *Neptunomonas antarctica*, which was isolated from Antarctica marine sediment (Zhang et al., 2010). Thereafter, the polymer produced by *N. antarctica* was characterized by nuclear magnetic resonance (NMR) analysis and molecular weight assay.

**MATERIALS AND METHODS**

### Strain and culture conditions

*N. concharum* JCM 17730, *N. qingdaonensis* CGMCC 1.10971 and *N. antarctica* CCTCC AB 209086 were purchased from Japan Collection of Microorganisms, China General Microbiological Culture Collection Center and China Center for Type Culture Collection, respectively. The three species of marine bacteria were cultivated at optimal temperatures in TYS broth medium. TYS broth medium contained (g/L) Bacto tryptone 5, yeast extract 1, dissolved with artificial seawater (2.75% NaCl, 0.07% KCl, 0.54% MgCl$_2$·6H$_2$O, 0.68% MgSO$_4$·7H$_2$O, 0.14% CaCl$_2$·2H$_2$O, 0.02% NaHCO$_3$ in distilled water). For PHB producing experiments, strains were firstly incubated in TYS medium and shaken at 150 rpm to prepare seed cultures. Subsequently, 5% (v/v) seed culture was inoculated into 500 ml shake flasks containing 100 ml TYS or TYSN medium supplemented with fructose and shaken at 150 rpm. TYSN medium contained (g/L) Bacto tryptone 5, yeast extract 1, dissolved with natural seawater (collected from Bohai Bay, Tianjin, China).

### Measurements of cell growth and PHB production

At three-day intervals, 1 ml of culture was sampled from the Erlenmeyer flasks for cell optical density (OD) analysis. For cell dry weight (CDW) measurements, strain cultures were harvested by centrifugation at 10,000 g, washed with artificial seawater and distilled water respectively, and then lyophilized to constant weight. To measure the intracellular polymer content, lyophilized cells were subjected to methanolysis at 100 °C for 4 h in the presence of 3% (v/v) H$_2$SO$_4$ in a screw-capped tube and then assayed with a gas chromatograph equipped with the DB-5 capillary column (Agilent) and a hydrogen flame ionization detector. PHB purchased from Sigma-Aldrich was used as standards. For fructose measurements, the supernatant of cell cultures was filtered through a 0.2-µm syringe filter and then analyzed by high-performance liquid chromatography equipped with an ion exchange
column (Aminex HPX-87H) and a refractive index detector. The column was maintained at 50 °C and 5 mM of sulfuric acid was used as the mobile phase at the flow rate of 0.6 ml/min.

**Extraction and characterization of PHB polymers**

PHB polymers were extracted from the lyophilized bacteria cells with chloroform in screw-capped tubes at 100 °C for 4 h. An equal volume of distilled water was added into the tubes and vortexed, subsequently, the chloroform phase was collected by centrifugation at 10,000 g, and then precipitated in an excess of 10 volumes of ice-cold ethanol. The PHB sediment was collected via centrifugation and vacuum drying for 24 h. Dried PHB samples were dissolved with deuterated chloroform (CDCl₃) to study the structural elucidation. The $^1$H and $^{13}$C NMR spectrum of PHB polymer were recorded on a JEOL JNM-ECA500 spectrometer. The molecular weights of PHB polymers were detected by gel permeation chromatography equipped with Shodex K-804 column (Waters). Chloroform was used as the eluent at a flow rate of 1 ml/min, and polymer sample concentrations of 5 mg/ml were applied. The polystyrene standards purchased from Sigma-Aldrich were used as standards for calibration.

**RESULTS AND DISCUSSION**

**Selection of Neptunomonas for polymer accumulation**

The genus *Neptunomonas* comprises a group of Gram-negative, rod-shaped, non-fermentative and aerobic marine bacteria (*Hedlund et al., 1999*). A variety of *Neptunomonas* members were discovered and characterized in the past few years, and most of them were isolated from sea and ocean environments (*Yang et al., 2014*). Three species of *Neptunomonas*, including *N. concharum* (*Lee et al., 2012*), *N. qingdaonensis* (*Liu et al., 2013*) and *N. antarctica* (*Zhang et al., 2010*) were cultivated with TYS medium supplemented with glucose or fructose as carbon source to study their polymer producing ability. The lyophilized bacteria cells were subjected to PHB extraction process. *N. antarctica* was speculated to be capable of polymer accumulation, while *N. concharum* and *N. qingdaonensis* could not produce any polymer.

**The identification of polymer produced by N. antarctica**

NMR spectrum provides detailed structure information for polymer characterization. The polymer produced by *N. antarctica* was extracted and dissolved with CDCl₃ for NMR analysis (*Fig. 1*). As shown in the $^{13}$C NMR spectrum, four types of carbon atoms were observed, which were consistent with the structure of PHB: carbonyl (C=O), methane (CH), methylene (CH₂), and methyl (CH₃) groups. Moreover, the chemical shift signals of the polymer product were the same as PHB reported in previous studies (*Doi et al., 1986*). In terms of $^1$H NMR spectrum, three groups of signals characteristic of PHB homopolymer were observed. The doublet at 1.2–1.3 ppm was attributed to the methyl group; the doublet of the quadruplet at 2.4–2.7 ppm to the methylene group and the singlet at 5.2–5.3 ppm to the methylene group (*Doi et al., 1986*). The above analysis clearly confirmed that the polymer extracted from *N. antarctica* was PHB homopolymer.
PHB production profile of *N. antarctica* in shake flasks

Detailed cell growth and PHB production profile of *N. antarctica* was studied with TYS medium (Fig. 2). The strain exhibited rapid growth at the first 6 days and then slowed down to stationary and decline phase. The maximum OD was approximately 14, and the highest PHB titer was 2.13 g/L with a yield of 0.13 g PHB/g fructose. The PHB content gradually decreased when the strain consumed all carbon sources and only 3 wt% PHB
was left after 15-day cultivation, which indicated that the accumulated PHB was subjected to degradation in the late stationary phase.

Next, natural seawater was applied to replace the mineral salts to perform shake flask experiments (Fig. 3). The cell growth in TYSN medium was slightly lower than that obtained in TYS medium, and OD reached its highest point at around day 9 and fructose was used up after 12-day cultivation. The maximum PHB titer was 2.12 g/L, which was close to the data obtained in TYS medium. In terms of PHB production yield, natural seawater (0.18 g PHB/g fructose) was superior to artificial seawater. Moreover, the final PHB content was 26 wt%, indicating that the produced polymer was much more stable when natural seawater was employed as medium components. The PHB degradation rate was 0.17 g/L/day, much lower than that of 0.34 g/L/day obtained in TYS medium. Previously, raw seawater was used as a cost-free source of mineral salts for PHB production by Bacillus megaterium (RamKumar Pandian et al., 2010). Here, we report for the use of natural seawater as a nutrient source by marine bacteria N. antarctica.

We next attempted to investigate the possibility of the unsterile process for PHB production, in which the shake flasks and initial media were not sterilized (Fig. S1). The highest PHB production titer was only 0.1 g/L, indicating that the cultures were contaminated. Previously, the moderate halophile Halomonas TD01 was proved to be suitable for the open and continuous PHB fermentation process, and the NaCl concentration in the medium was 60 g/L (Tan et al., 2011). However, the optimal NaCl concentration for N. antarctica is much lower than that for Halomonas. Moreover, N. antarctica is a cryophilic bacteria and has a lower growth rate, which is a disadvantage to compete with the contaminating bacteria. Therefore, the unsterile process might not be feasible for the cryophilic and halophilic marine bacteria N. antarctica.

Molecular weight assay of PHB
The molecular weight assay of PHB produced by N. antarctica was performed (Table 1). The weight-average molecular weight ($M_w$) and number-average molecular weight ($M_n$) of

---

**Figure 2.** Cell growth, fructose consumption and PHB accumulation profile of N. antarctica cultivated in TYS medium. Bacteria were cultivated in 500 ml Erlenmeyer flasks containing 100 ml medium at 15 °C and 150 rpm. Optical density (OD) was measured at 600 nm. Data were expressed as average value and standard deviation of three parallel samples. Initial fructose concentration was 17.0 g/L.
Figure 3  Cell growth, fructose consumption and PHB accumulation profile of *N. antarctica* cultivated in TYSN medium. Bacteria were cultivated in 500 ml Erlenmeyer flasks containing 100 ml medium at 15 °C and 150 rpm. Optical density (OD) was measured at 600 nm. Data were expressed as average value and standard deviation of three parallel samples. Initial fructose concentration was 14.0 g/L.

PHB cultivated with TYS medium were $1.9 \times 10^5$ g/mol and $1.4 \times 10^5$ g/mol, respectively. With natural seawater as nutrients, PHB molecular weight was slightly increased. $M_w$ and $M_n$ reached up to $2.4 \times 10^5$ g/mol and $1.7 \times 10^5$ g/mol, respectively. The polydispersity index ($M_w/M_n$) for the two samples were 1.3 and 1.4, respectively, indicating narrow molecular weight distributions. It has been proposed that polyhydroxyalkanoate synthase activity and host bacteria are two major factors controlling the polymer molecular weight (*Sim et al.*, 1997). The molecular weights of PHB obtained from *N. antarctica* were lower than polymers produced by another halophilic bacterium termed *Halomonas* or the most common PHB producing strain *Ralstonia eutropha* (*Tan et al.*, 2011; *Tanadchangsaeng & Yu*, 2012).

### CONCLUSIONS

The study on PHB production using halophilic bacteria has attracted growing interest because of the advantage of unsterile and continuous fermentation process. However, few reports have been published to explore the potential of PHB production using marine bacteria and seawater as nutrient sources. In this study, we reported the potential of *N. antarctica* for PHB production with seawater as nutrient sources. In shake flask cultures,
PHB was produced up to a maximum titer of 2.12 g/L with a yield of 0.18 g PHB/g fructose. The structure of produced polymer was confirmed by NMR analysis. Upcoming research on cultivation optimization should achieve the low cost PHB production process.

**ADDITIONAL INFORMATION AND DECLARATIONS**

**Funding**
This research was supported by Grants from National Natural Science Foundation of China (21476014, 31100025), National Science & Technology Pillar Program of China (2015BAD15B09), and Beijing Higher Education Young Elite Teacher Project (YETP0523). The funders had no role in study design, data collection and analysis, decision to publish, or preparation of the manuscript.

**Grant Disclosures**
The following grant information was disclosed by the authors:
National Natural Science Foundation of China: 21476014, 31100025.
National Science & Technology Pillar Program of China: 2015BAD15B09.
Beijing Higher Education Young Elite Teacher Project: YETP0523.

**Competing Interests**
The authors declare there are no competing interests.

**Author Contributions**
- Xiao-Jie Liu performed the experiments, analyzed the data, contributed reagents/materials/analysis tools.
- Jie Zhang performed the experiments, analyzed the data, contributed reagents/materials/analysis tools, prepared figures and/or tables.
- Peng-Hui Hong analyzed the data, contributed reagents/materials/analysis tools.
- Zheng-Jun Li conceived and designed the experiments, analyzed the data, wrote the paper, reviewed drafts of the paper.

**Data Availability**
The following information was supplied regarding data availability:
The raw data has been supplied as Data S1.

**Supplemental Information**
Supplemental information for this article can be found online at http://dx.doi.org/10.7717/peerj.2291#supplemental-information.

**REFERENCES**

Arun A, Arthi R, Shanmugabalaji V, Eyini M. 2009. Microbial production of poly-β-hydroxybutyrate by marine microbes isolated from various marine environments. *Bioresource Technology* **100**:2320–2323 DOI 10.1016/j.biortech.2008.08.037.
Chen GQ. 2009. A microbial polyhydroxyalkanoates (PHA) based bio- and materials industry. Chemical Society Reviews 38:2434–2446 DOI 10.1039/b812677c.

Chien CC, Chen CC, Choi MH, Kung SS, Wei YH. 2007. Production of poly-beta-hydroxybutyrate (PHB) by Vibrio spp. isolated from marine environment. Journal of Biotechnology 132:259–263 DOI 10.1016/j.jbiotec.2007.03.002.

Doi Y, Kunioka M, Nakamura Y, Soga K. 1986. Proton and carbon-13 NMR analysis of poly(β-hydroxybutyrate) isolated from Bacillus megaterium. Macromolecules 19:1274–1276.

Fu XZ, Tan D, Aibaidulab G, Wu Q, Chen JC, Chen GQ. 2014. Development of Halomonas TD01 as a host for open production of chemicals. Metabolic Engineering 23:78–91 DOI 10.1016/j.ymben.2014.02.006.

Hedlund BP, Geiselbrecht AD, Bair TJ, Staley JT. 1999. Polycyclic aromatic hydrocarbon degradation by a new marine bacterium, Neptunomonas naphthovorans gen. nov., sp. nov. Applied and Environmental Microbiology 65:251–259.

Lee HW, Shin NR, Lee J, Roh SW, Whon TW, Bae JW. 2012. Neptunomonas concharum sp nov., isolated from a dead ark clam, and emended description of the genus Neptunomonas. International Journal of Systematic and Evolutionary Microbiology 62:2657–2661 DOI 10.1099/ijs.0.037473-0.

Li T, Chen XB, Chen JC, Wu Q, Chen GQ. 2014. Open and continuous fermentation: products, conditions and bioprocess economy. Biotechnology Journal 9:1503–1511 DOI 10.1002/biot.201400084.

Liu A, Zhang XY, Chen CX, Xie BB, Qin QL, Liu C, Li GW, Li H, Xu Z, Chen XL, Zhou BC, Zhang YZ. 2013. Neptunomonas qingdaonensis sp nov., isolated from intertidal sand. International Journal of Systematic and Evolutionary Microbiology 63:1673–1677 DOI 10.1099/ijs.0.041970-0.

Prabisha TP, Sindhu R, Binod P, Sankar V, Raghu KG, Pandey A. 2015. Production and characterization of PHB from a novel isolate Comamonas sp. from a dairy effluent sample and its application in cell culture. Biochemical Engineering Journal 101:150–159 DOI 10.1016/j.biortech.2015.05.012.

Quillaguaman J, Doan-Van T, Guzman H, Guzman D, Martin J, Everest A, Hatti-Kaul R. 2008. Poly(3-hydroxybutyrate) production by Halomonas boliviensis in fed-batch culture. Applied Microbiology and Biotechnology 78:227–232 DOI 10.1007/s00253-007-1297-x.

Quillaguaman J, Guzman H, Van-Thuoc D, Hatti-Kaul R. 2010. Synthesis and production of polyhydroxyalkanoates by halophiles: current potential and future prospects. Applied Microbiology and Biotechnology 85:1687–1696 DOI 10.1007/s00253-009-2397-6.

RamKumar Pandian S, Deepak V, Kalishwaralal K, Rameshkumar N, Jeyaraj M, Gurunathan S. 2010. Optimization and fed-batch production of PHB utilizing dairy waste and sea water as nutrient sources by Bacillus megaterium SRKP-3. Bioresource Technology 101:705–711 DOI 10.1016/j.biortech.2009.08.040.
Sim SJ, Snell KD, Hogan SA, Stubbe J, Rha C, Sinskey AJ. 1997. PHA synthase activity controls the molecular weight and polydispersity of polyhydroxybutyrate in vivo. *Nature Biotechnology* **15**:63–67 DOI 10.1038/nbt0197-63.

Sun W, Cao JG, Teng K, Meighen EA. 1994. Biosynthesis of poly-3-hydroxybutyrate in the luminescent bacterium, *Vibrio harveyi*, and regulation by the lux autoinducer N-(3-hydroxybutanoyl) homoserine lactone. *Journal of Biological Chemistry* **269**:20785–20790.

Tan D, Xue YS, Aibaidula G, Chen GQ. 2011. Unsterile and continuous production of polyhydroxybutyrate by *Halomonas* TD01. *Bioresource Technology* **102**:8130–8136 DOI 10.1016/j.biortech.2011.05.068.

Tanadchangsaeng N, Yu J. 2012. Microbial synthesis of polyhydroxybutyrate from glycerol: gluconeogenesis, molecular weight and material properties of biopolyester. *Biotechnology and Bioengineering* **109**:2808–2818 DOI 10.1002/bit.24546.

Wei XX, Zheng WT, Hou X, Liang J, Li ZJ. 2015. Metabolic engineering of *Escherichia coli* for poly(3-hydroxybutyrate) production under microaerobic condition. *BioMed Research International* **2015**:789315.

Weiner RM. 1997. Biopolymers from marine prokaryotes. *Trends in Biotechnology* **15**:90–394 DOI 10.1016/S0167-7799(97)01012-3.

Yang SH, Seo HS, Lee JH, Kim SJ, Kwon KK. 2014. *Neptunomonas acidivorans* sp nov., isolated from sediment, and emended description of the genus *Neptunomonas*. *International Journal of Systematic and Evolutionary Microbiology* **64**:3650–3654 DOI 10.1099/ijs.0.064253-0.

Zhang XY, Zhang YJ, Yu Y, Li HJ, Gao ZM, Chen XL, Chen B, Zhang YZ. 2010. *Neptunomonas antarctica* sp. nov., isolated from marine sediment. *International Journal of Systematic and Evolutionary Microbiology* **60**:1958–1961 DOI 10.1099/ijs.0.017756-0.